Electronic Supplementary Information

Coaxial Carbon@Boron Nitride Nanotube Arrays with Enhanced Thermal Stability and Compressive Mechanical Properties

Lin Jing, a, b Roland Yingjie Tay, c, d Hongling Li, c, e Siu Hon Tsang, d Jingfeng Huang, a, b Dunlin Tan, c, e Bowei Zhang, a Edwin Hang Tong Teo a, c and Alfred Iing Yoong Tok a, b

aSchool of Materials Science and Engineering, Nanyang Technological University, 50 Nanyang Avenue, Singapore 639798, Singapore. E-mail: MIYTOK@ntu.edu.sg

bInstitute for Sports Research, Nanyang Technological University, 50 Nanyang Avenue, Singapore 639798, Singapore

cSchool of Electrical and Electronic Engineering, Nanyang Technological University, 50 Nanyang Avenue, Singapore 639798, Singapore. E-mail: HTTEO@ntu.edu.sg

dTemasek Laboratories@NTU, 50 Nanyang Avenue, Singapore 639798, Singapore

cCNRS-International NTU Thales Research Alliance CINTRA UMI 3288, Research Techno Plaza, 50 Nanyang Drive, Singapore 637553, Singapore

*Co-corresponding authors.
Fig. S1 Compressive stress vs. strain curves for the CNT arrays at strains ranging from 10% to 90%. The as-grown CNT arrays deformed almost plastically with minute recovery at all applied strains.

Fig. S2 Compressive stress vs. strain curves for the C@BNNT\textsubscript{40} arrays at strains ranging from 10% to 90%. The C@BNNT\textsubscript{40} arrays exhibited partial shape recovery at all applied strains.
Fig. S3 SEM images of the top surface (a, b), top portion (c, d) and bottom portion (e, f) of the CNT arrays before and after annealing in air at 400 °C for 1 h. The overall areal density of the CNTs decreased due to the annealing-induced oxidation.
Fig. S4 SEM images of top surface (a, b), top portion (c, d) and bottom portion (e, f) of the C@BNNT_{60} arrays before and after annealing in air at 400 °C for 1 h. The outer BNNTs protected most of the CNTs from oxidization.
Fig. S5 SEM images of C@BNNT$_{40}$ (a, b) and C@BNNT$_{60}$ (c, d) arrays before and after 100 cycles of compression at a 50% strain, respectively.
Fig. S6 Representative low and high-resolution (insets) TEM images of C@BNNT$_{40}$ (a, b) and C@BNNT$_{60}$ (c, d) before and after 100 cycles of compression at a 50% strain, respectively. No observable changes in structural dimensions (average inner, outer diameters and number of walls extracted from 10 TEM images for each) were induced to the NTs by compression, proving that the outer BNNT walls encapsulated and protected the NT arrays well throughout the long-term cyclic loading.